Experimental Setup for Fatigue Testing of Additively Manufactured Specimens

Emanuele Manco1,a*, Fabio Scherillo1,b, Andrea El Hassanin1,c, Domenico Borrelli2,d, Antonio Caraviello2,e, Antonino Squillace1,f

1Dept. Of Chemical, Materials and Industrial Production Engineering, University of Naples “Federico II”, P.le Tecchio 80, Naples, 80125, Italy
2Sòphia High Tech, via Romani 228, Naples, 80048, Italy
aemanuele.manco@unina.it, fabio.scherillo@unina.it, andrea.elhassanin@unina.it, domenico.borrelli@sophiahightech.com, antonio.caraviello@sophiahightech.com, squillac@unina.it

Keywords: Additive manufacturing, Nickel alloys, Fatigue Resistance, surface quality.

Abstract. Poor fatigue life is a huge issue of additively manufactured parts, despite the unique qualities characterizing this manufacturing process (such as low waste of material and geometry freedom). Fatigue life is strongly affected by both surface defects and internal defects, metal AM is characterized by extremely poor surface quality, internal porosities and lack of fusions. For this reason, many researchers investigated methods to improve manufacts quality. The most promising methods are surface finishing treatments and thermal treatments which provide an enhancement of fatigue behavior. A focal point of the research should be evaluating the respective contribution of surface treatments and thermal treatments. In order to evaluate the effectiveness of surface treatment, it is necessary to highlight the surface quality contribution in terms of fatigue life thus a specific testing method is necessary. Rotating beam fatigue test fits this requirement because each point of the specimen’s surface is subjected to the maximum stress. The aim of this work is to present the experimental setup for rotating beam fatigue testing that has been used to evaluate the fatigue behavior of AM SLM IN718 specimens.

Introduction

Mechanical validation of additively manufactured parts is crucial nowadays since AM is considered being one of the most disruptive manufacturing processes. AM is an eco-friendly process, enables the realization of complex geometries and is characterized by high efficiency. However, this new manufacturing method is characterized by some drawbacks: poor surface quality, internal porosity and uncontrolled microstructure are some of them.

Many researchers dedicate their work to overcoming these problems and different solutions have been proposed, such as hot isostatic pressing, heat treatments and surface finishing processes [1, 2]. Enhancing fatigue behavior of AM parts would be a significant outcome for industrial applications, accordingly research on the above mentioned drawbacks is necessary since they are detrimental for fatigue behavior [3].

It has been demonstrated that HIP treatments may be barely ineffective in terms of fatigue life if the specimens' print quality is high. In this case, no internal/few internal defects are present before the heat treatment therefore HIP isn’t enhancing the internal density furthermore. A poor fatigue behavior must be related to poor surface quality [4].

In other cases, despite of the surface quality improvement, manufacts still exhibit poor fatigue behavior because internal defects may initiate cracking [5].

Rotating fatigue beam testing is considered to be one of the most testing methods in order to highlight the only surface quality contribution. This result is believed to depend on the particular stress gradient of the rotating bending test: all points of the surface are subjected to the maximum load range, if the surface quality is strongly affecting fatigue behavior then the weakest point of the surface always initiates cracking. While in four point bending tests and cantilever tests, only top and
bottom fibers are subjected to the maximum load, meaning that the weakest point of the surface may never be sufficiently stressed in order to initiate cracking.

As research on AM parts surface quality influence on fatigue life is fundamental, a prototypal rotating beam fatigue testing machine has been designed and produced [6] in collaboration with a local company (Sophìa High Tech) in order to carry out customized rotating beam fatigue testing, as well as fatigue validation of additively manufactured parts.

**Experimental Setup**

Comparison between the different classic fatigue testing methods has already been investigated [7] and rotating fatigue beam testing is considered to be the most reliable test since fatigue strength measured by means of rotating bending tests is lower than that from other types of tests (four point bending and cantilever tests).

![Schematic representation of rotating beam fatigue test (a), four point bending test (b) and cantilever test (c)](image)

For this reason, a prototypal rotating beam fatigue testing machine has been designed, built and validated through different fatigue tests carried out on known materials (mainly steels).
The machine has been designed including the ISO1143 standard prescriptions, aiming to provide a wide investigation spectrum in terms of rotational speed (ranging from 900 to 12000 r.p.m.), load (actuator full scale is 5 kN) and specimen dimensions (distance between mandrels is adjustable and ranges from 50 to 220 mm, diameter of the specimen is also flexible and can vary from 2 to 20 mm).

A batch of additively manufactured IN718 specimens has been produced using the SLM Printer Concept Laser m2 in order to carry out fatigue testing.

The specimens were built in vertical directions, which is considered being the worst case scenario for additively manufactured parts in terms of fatigue behavior when it comes to considering the build direction influence [3, 8] and their geometry was determined according to ISO 1143 prescriptions.
The specimen geometry was designed according to ISO1143 standard, print process parameters were 192 W of power, 0.15 mm of spot size, 600 mm/s of scanning speed for the body and 1600 mm/s of scanning speed for the contour while the measured roughness was Ra = 9 μm.

Results and Discussion

Fatigue tests have been carried out at different stress amplitude values in order to obtain the S-N relation. Results show poor fatigue life of additively manufactured SLM IN718 specimens and have been analyzed and plotted as Wöhler Curve (fig.5).

The testing campaign evidenced no fatigue limit, this result can be related to the poor surface quality and the vertical build direction which are both detrimental for fatigue life behavior. The cracking initiates from the surface and leads to failure in a short time if compared to literature results [9].
Further investigation is needed to identify the presence of internal defects as micro voids and lack of fusion and their contribution in terms of fatigue life.

Eventually, to improve fatigue behavior, surface roughness must be lowered, for example using a surface treatment [5, 10–12] while thermal treatments can reduce the influence of internal defects [13, 14].

Conclusions

Tests generated an appropriate data set and were capable of highlighting the surface quality contribution on fatigue life behavior in fact cracking initiates from the surface and propagates to the internal part of the specimen.

Fatigue testing of additively manufactured parts is an open field in research, starting from previous observations, further investigation on the manuf acts quality is needed. While thermal treatments influence, such as HIP, has been widely discussed and considered to be a good solution in order to improve the microstructure and reduce/cancel voids and lack of fusions, research on surface treatments is still open. In addition, when the print quality is extremely high, internal defects influence is barely detectable while surface quality remains low.

Among the most innovative and promising surface finishing treatments, chemical surface finishing, laser polishing and fluidized bed machining are the ones belonging to this line of research.

Investigation on the above mentioned surface finishing techniques has to be carried out, the main focus is to relate fatigue behavior to the surface roughness and compare the fatigue performances of the respective treatments.

References

[1] Scherillo F, Manco E, Hassanin A El, et al (2020) Chemical surface finishing of electron beam melted Ti6Al4V using HF-HNO3 solutions. J Manuf Process 60:400–409. https://doi.org/10.1016/j.jmapro.2020.10.033

[2] Scherillo F (2019) Chemical surface finishing of AlSi10Mg components made by additive manufacturing. Manuf Lett 19:5–9. https://doi.org/10.1016/j.mfglet.2018.12.002

[3] Fatemi A, Molaei R, Simsiriwong J, et al (2019) Fatigue behaviour of additive manufactured materials: An overview of some recent experimental studies on Ti-6Al-4V considering various processing and loading direction effects. Fatigue Fract Eng Mater Struct 42:991–1009. https://doi.org/10.1111/ffe.13000

[4] Suo H, Chen Z, Liu J, et al (2014) Microstructure and Mechanical Properties of Ti-6Al-4V by Electron Beam Rapid Manufacturing. Rare Met Mater Eng 43:780–785. https://doi.org/https://doi.org/10.1016/S1875-5372(14)60083-7

[5] Edwards P, Ramulu M (2014) Fatigue performance evaluation of selective laser melted Ti-6Al-4V. Mater Sci Eng A 598:327–337. https://doi.org/10.1016/j.msea.2014.01.041

[6] Ali S, Hamza Tahir M, Asad Saeed M, et al (2019) Design and Development of Fatigue Machine: Rotating Bending Fatigue Testing on different Materials. Int J Adv Eng Manag 4:8–15. https://doi.org/10.13140/RG.2.2.32181.32484

[7] Hassan T, Liu Z (2001) On the difference of fatigue strengths from rotating bending, four-point bending, and cantilever bending tests. Int J Press Vessel Pip 78:19–30. https://doi.org/10.1016/S0308-0161(00)00080-6

[8] Chern AH, Nandwana P, Yuan T, et al (2019) A review on the fatigue behavior of Ti-6Al-4V fabricated by electron beam melting additive manufacturing. Int J Fatigue 119:173–184. https://doi.org/10.1016/j.ijfatigue.2018.09.022
[9] Uriati F, Nicoletto G, Lutey AHA (2021) As-built surface quality and fatigue resistance of Inconel 718 obtained by additive manufacturing. Mater Des Process Commun 3:1–7. https://doi.org/10.1002/mdp2.228

[10] Eric W, Claus E, Shafaqat S, Frank W (2013) High cycle fatigue (HCF) performance of Ti-6Al-4V alloy processed by selective laser melting. Adv Mater Res 816–817:134–139. https://doi.org/10.4028/www.scientific.net/AMR.816-817.134

[11] Uhlmann E, Fleck C, Gerlitzky G, Faltin F (2017) Dynamical Fatigue Behavior of Additive Manufactured Products for a Fundamental Life cycle Approach. Procedia CIRP 61:588–593. https://doi.org/10.1016/j.procir.2016.11.138

[12] Nascimento MP, Souza RC, Pigatin WL, Voorwald HJC (2001) Effects of surface treatments on the fatigue strength of AISI 4340 aeronautical steel. Int J Fatigue 23:607–618. https://doi.org/10.1016/S0142-1123(01)00015-9

[13] Mower TM, Long MJ (2016) Mechanical behavior of additive manufactured, powder-bed laser-fused materials. Mater Sci Eng A 651:198–213. https://doi.org/10.1016/j.msea.2015.10.068

[14] Kobryn PA, Semiatin SL (2001) Mechanical Properties of Laser-Deposited Ti-6Al-4V P.A. Kobryn and S.L. Semiatin Air Force Research Laboratory, AFRL/MLLMP, Wright-Patterson Air Force Base, OH 45433-7817. Int Solid Free Fabr Symp 179–186